Coordination Spheres Effect On Recomposition Atoms In ABAIloys

Abdulhalim Kh. Ali, A. A. AL-Rubaiee, Marwah M. Abdulsttar
Department of Physics, College of Science, Al-Mustansiriyah University, Iraq

Article info
Received 31/5/2016
Accepted 5/6/2016
Keywords: coordination spheres, Micro domain, Clusters and Segregations.

ABSTRACT
This study focused on the variation of the long-range order parameters with temperature for nine coordination spheres. The computer simulation results showed several mechanisms of atom disordering. These mechanisms are represented in: (Substitution point defect, Clusters and Segregations, Micro domain, Antiphase order and Antiphase boundaries. As the number of coordination spheres increase, the interatomic interaction increase with a decrease in the ordered phase stability. In the initial stages of the computer simulation two phases in the alloy is found, an ordered phase of long-range order and ordered phase of antiphase domain. In final stages an ordered phase of short-range order is found.

INTRODUCTION
Alloys phase transformations have attracted great attention of scientific research for their important in technology applications. Therefore many studies in this field appeared experimental and theoretical studies. Experimental studies [1-5] focused on changing of concentration of the material components within the temperature changes. While the theoretical [6-8] depended on the changing of vacancies concentration within the lattice with the temperature changes. The conclusion of quantum mechanics showing that atoms interaction energies faster than distance between atoms are used [9].

The results of experimental studies have difficult interpretation because of existence several different atomic processes which may occur simultaneously. Also, there were little theoretical studies about it. The computer simulation has a powerful tool to study the growth of lattice, phase separation, domain growth, and so on.

In present work we use computer simulation for studying the effect of changing of the coordination spheres of the lattice with temperature and the range of temperatures used in this study is under the critical temperature \(0.1T_C \sim 1.1T_C\), where \(T_C=900\, \text{k}\).

MODELLING
A model corresponding to the Ising model [10] is used. Two-dimensions lattice cut from BCC and FCC crystals in planes (10) and (11) is used which its periodical block consists of 10000 atoms. The lattice contains a single vacancy and periodic boundary condition. The number A and B atoms is kept constant.

The atomic radius is equal to the distance between two atoms in crystal. The atoms diffusion is produced as result of vacancy mechanism. The interaction between the A and B atoms change with the coordination spheres from 1 to nine.

More details of the model are determined in [11, 12]. The initial configuration for this type of simulation consists of a chain of A and B atoms. The disordering process start after giving the ordered system different values of coordination spheres. The temperature change (100-1000)\, \text{k}. The equilibrium state of system obtained after about 15-16 million time steps. The single vacancy does not affect the equilibrium state. The equilibrium state properties in this model are fluctuation of the ordering energy of alloy and the short-range order appearance.

RESULTS AND DISCUSSION
Figure(1) and Figure(2) show several mechanisms of atom disordering. These mechanisms are represented in:
1. Substitution point defect.
2. Clusters and Segregations.
3. Microdomains.
4. Antiphase and Antiphase boundaries.
In this experiment (computer simulation) it is found that when the coordination spheres (Z) number is low, the ordering of the lattice will take the shape of the board of the chess as shown in figure (1). Also its found a monodomain structure with many point substation defects appear at Z=1 as shown in figure(1a), and that when the coordination spheres Z numbers increase, the concentration of the substation point defects increase starting from Z=3, as shown in figure(1b,c).

Figure 1: at T= 0.1Tₙ we can see the equilibrium state of an ordered alloy including the substitutional points defects (black squares) at: (a) z=1, (b) z=2 and (c) z=3.

The interatomic interaction depends on the radius of coordination spheres (Z). Therefore the substation point defects at Z=2 and Z=3 tend to form groups of defects. The degree of the long-range order (η) for the first three coordination spheres have been determined (η=0.92 at Z=1, η=0.89 at Z=2 and η=0.76 at Z=3).

When the number of coordination spheres gradually increases with temperature rise and the interatomic interaction increases, two phases in lattice observed: the first ordered phase represented in antiphase domains with long-range order (domains), as shown in Figure(2a). The second phase represented in short-range order (Microdomains, Clusters and Segregations), see figure(2d).

In Figure (2b) we see substitution point defects, with groups of a like atoms (Clusters) and unlike atoms (Segregations). These mechanisms are reduce the long-range order to 0.58. Also we focus that the main contribution to disorder is from clusters 0.5. Clusters mechanisms can bring the long-range order down to 0.4.

At Z =3 we see new structures known as microdomains, these structure are shown in Figure (2c).

Figure 2: at T= 0.2Tₙ we can see the equilibrium state of an ordered alloy at: (a) z=1,(b) z=3, (c) z=4 and (d) z=6. The white area in the structure (domain) and the dark area the (antiphase domain boundaries).

In equilibrium state the behavior of the microdomains changed with the time, therefore, they unstable structures. These microdomains can occupy the entire volume of the domain and are separated from another by antiphase domain boundaries. If small microdomains exist inside the domain, the long-range parameter will be less than 0.9. The structure of microdomains usually contains 100 atoms or less.

There is a possibility of finding a substitution point defects inside the microdomains (Figure2d). At temperatures below the critical temperature we observed a fluctuation of the microdomains inside domains. these fluctuations destroy the domains and probably forming clusters sites.

Figure (3) shows that the microdomains, clusters and segregations are increasing with temperatures. Because of these mechanisms, the long-range parameter decrease to 0.41.

Figure (3) show the relationship between the concentration of the atoms in the different structures obtained and different temperatures.
1. The concentration of the atoms in substitutional point defects.
2. The concentration of the atoms in segregations.
3. The concentration of the atoms in clusters.
4. The concentration of the atoms in microdomains.

At the first three coordination spheres the antiphase domain boundaries thickness contain few atomic layers causing small lattice disordering compared with the high numbers of coordination spheres. The long-range order behavior depend on the range of the temperatures that were chosen, and in the current study annealing temperatures (100–1000)K below the critical temperature is chosen, Figure(4).

![Figure(4) Long-range order parameter vs annealing temperature for the different coordination spheres](image)

The ordered phase have a stability that depend on the domain and antiphase domain boundaries, the ordered phase stability decrease with an increase of the interatomic interaction. At z = 6, 7, 8, 9 the ordered phase stability rapidly decreases with an increase in the temperatures. Therefore the probability of existence of the short–range order phase becomes more.

At temperature near \( T_c \), the Clusters and Segregations remain in the lattice. The results goes parallel with Lindsey and Fultz [13], they observed the ordering develops at low lattice coordination numbers with the vacancy trapping increases at the antiphase domain boundaries. Iveronova and Katselson [14] used x-ray diffraction to study many solid solutions metals and they found the long-range order parameters gradually decrease with increase in number of the coordination sphere.

CONCLUSIONS

The variation of the coordination spheres with temperature of AB alloy shows several mechanism of atoms disordering. These mechanisms are represented in point substitution defects, microdomains, antiphase boundaries, clusters and segregations. It is found that an increase in the number of the coordination spheres leads to a decrease of the long-range order parameters and growth of the shot-range parameters. Accordingly, the correlation effects (three- and four- partial correlation) appear with the increment of interatomic interaction.

REFERENCES

[1] W. Robert, Metallurgy Physical // Encyclopedia of Applied Physics, Vol. 10, Inc., P.141, 1994.
[2] R. Oriani, Thermodynamics of ordering alloys, II. The gold-copper system // Acta Metal., Vol.2, P. 608, 1954.
[3] J. Zhu and J. M. Cowley, Microdiffraction from antiphase domain boundaries in Cu3Au // ActaCryst. A38, P 718, 1982.
[4] N. Kuwano, H. Mishio and Et al., Electron microscopic observation of periodic antiphase domain structures in the \( \alpha \)-phase of Cu-Al alloys // Phys. Stat. Sol.(a) 65, P. 341, 1981.
[5] G. Thayer, V. Ozolins and Et al, Role of stress in thin film alloy thermodynamics// Rev. Lett., vol.86, No. 4, P. 660-663, 2001.
[6] P. Oramus, R. Kozub and Et al., Computer of order-order kinetic in L12 superstructure // Material Science and Engineering, A239-240, pp.777-783, 1997.
[7] R. Panchapakesan and C. Kyeongjae, Effect of biaxial strain and composition on vacancy mediated diffusion in random binary alloys// J. Cond-mat. Matrl-sci, Vol..5, pp.1-15, 2000.
[8] E. Bleda, Xing G. and Murray S., Calculations of diffusion in FCC binary alloys using Montocarlo method, J. Computational Material Science, vol. 43, pp. 608-615, 2008.
[9] R. Ravi and L. Bennhardt, Order parameter approach to understanding and quantifying the phsic-chemical behavior of complex systems // Handbook of Materials Modeling, Kluwer Academic Publishers, Dordrecht, P. 1613-1626 (2005).
[10] S. Mitchell and D. Landau, Phase Separation in a Compressible 2D Ising Model, J. Physical Review Latters, Vol. 97, P. 25701, 2006.
[11] I. A. Szabot, M. Koiwam and S. Ishioka, Relationship between the correlation factor in tracer diffusion and the coordination number //Phil. Mag., A63, P. 1137, 1991.
[12] G. Murch and H. Zhang, Vacancy diffusion in ordered alloys // Phil. Mag., A72, P. 249, 1995.
[13] T. Lindsey and B. Fultz, Microstructural dependence of vacancy diffusion in ordered alloys // J. Appl. Phys. Vol.75, No.3, pp.1467-1473, 1994.
[14] H. Warlimont, Order-Disorder Transformations in alloys (book) // Springer-Verlag Berlin Heidelberg New York, pp. 174-177, 2014.